A nanocapacitor with giant dielectric permittivity

S. K. Saha
Department of Physics, Bidhannagar College, Salt Lake City, Kolkata 700064, India

Manuel DaSilva
Purdue University, mdasilva@purdue.edu

qhang@purdue.edu Hang
Purdue University, jgoecker@purdue.edu

Timothy D. Sands
Purdue University, tsands@purdue.edu

David B. Janes
Purdue University, david.b.janes.1@purdue.edu

Follow this and additional works at: http://docs.lib.purdue.edu/nanodocs

http://docs.lib.purdue.edu/nanodocs/25

This document has been made available through Purdue e-Pubs, a service of the Purdue University Libraries. Please contact epubs@purdue.edu for additional information.
A nanocapacitor with giant dielectric permittivity

S K Saha1,4, M DaSilva2, Qingling Hang3, T Sands2,3 and D B Janes3

1 Department of Physics, Bidhannagar College, Salt Lake City, Kolkata 700064, India
2 School of Materials Engineering, Purdue University, West Lafayette, IN 47907, USA
3 School of Electrical and Computer Engineering, Purdue University, West Lafayette, IN 47907, USA

E-mail: shyamalsaha2000@yahoo.com

Received 19 October 2005, in final form 23 February 2006
Published 7 April 2006
Online at stacks.iop.org/Nano/17/2284

Abstract

A nanocapacitor with ultra high capacitance (718 ± 0.2 pF) has been fabricated using electro-deposited Au nanowires manipulated between two Au microelectrodes by the dielectrophoresis technique. A high dc resistance value (∼100 MΩ) and nonlinear current–voltage characteristics indicate the formation of a dielectric interface between the nanowires. From frequency dependent conductivity, it is seen that the interface exhibits a giant dielectric permittivity (ε ∼ 1.8 × 107), which shows no frequency dispersion over the range from 30 Hz to 1 MHz. The enhancement of this permittivity value is attributed to the formation of a disordered interface containing gold atoms disrupted from the surface of the Au nanowires.

1. Introduction

During the last two decades, extensive research effort has been devoted to nanotechnology with emphasis on such topics as carbon nanotubes, nanowires, nanodiodes, single electron transistors, molecular data storage and drug delivery. Surprisingly, the area of nanodielectrics is relatively unexplored, despite the enormous scope of potential applications in power electronics and as gate electrodes in thin film transistors [1–5]. Perhaps the greatest opportunity in nanodielectrics is in nanoparticulate materials. Nanoparticles are the fundamental building blocks in the design and creation of several structural components in nanoscale devices. The novel and differentiating properties of these structures have been exploited to tailor device performance. A recent development in nanotechnology involves entities in which relatively few atoms or molecules are involved. A consequence of this finite dimension is that such entities cannot be considered in isolation; rather, the interface between them and their surroundings plays an important role in determining their properties.

With the development of nanotechnology, energy storage devices (batteries and supercapacitors) have drawn much attention for potential applications in the power sources of various electronic products [6]. Recently, to provide enhanced capacitance, composite electrodes such as activated manganese oxide–carbon nanotube composites, polyaniline gold nanoclusters, etc, have been used for supercapacitor applications [7].

The dielectric properties of metallic nanoparticulate systems were first predicted almost 30 years ago [8]. It is only recently that a giant dielectric permittivity in an assembly of ultra fine silver metal particles, as a result of quantum confinement of electronic wavefunctions has been reported [9]. In the present work, we have used a completely different approach to create nanodielectric interfaces containing Au atoms between two nanoelectrodes to fabricate a nanocapacitor with an ultra high capacitance.

2. Experimental details

Figure 1(a) shows a SEM micrograph of our device in which a bundle of Au nanowires is manipulated between two Au microelectrodes by the dielectrophoresis technique [10]. The nanowires were grown by electrodeposition inside a porous anodic alumina membrane with a pore diameter of approximately 60 nm. Porous anodic alumina (PAA) templates, formed by a two-step anodization process, were used to template the growth of gold nanowires. Before anodization, each side of a 0.13 mm thick aluminum foil
was annealed at 400 ◦C. It should be noted that before electrical measurements the device voltage characteristics were measured using a HP 4156A semiconductor parameter analyser with two probes. The C–V measurements were carried out using a Hewlett Packard 4284A C–V analyser.

3. Results and discussions

From figure 1(a) it is seen that a bundle of nanowires was connected at the top electrode and another bundle to the bottom electrode. It is noted that in the dielectrophoresis technique the connection of the nanowires with the microelectrodes is ohmic in nature. This has also been verified in the present work by checking the resistance value of a separate device in which single wire was connected between the microelectrodes in a similar way. In the middle portion of the present device, shown in figure 1(a), nanowire A from the top electrode and B from the bottom electrode forms a nanocapacitor with interface thickness ∼5 nm. Although, a number of nanowires are connected with the bottom electrode, they are all connected in the top position. Even if a few more participate in the formation of the nanocapacitor, the capacitance measurement will show the lowest one as they are connected in series. Therefore, we have considered the simple device structure as shown schematically in figure 1(b).

It is observed that the freshly fabricated devices show an open circuit characteristic, presumably due to poor contact between the nanowires and the Au microelectrodes or between nanowires. The insulating layer between nanowires may be due to a thin layer of Al2O3 on the nanowires or a hydrocarbon layer which forms on Au upon exposure to air. Annealing the device at 400 ◦C decreased the device resistance significantly. The annealing mechanism is believed to be desorption of the residual hydrocarbon or adsorbed solvent, and possibly migration of the Au atoms through the insulating layer.

To characterize the device, we carried out current–voltage measurements, shown in figure 2(a), from which it is seen that the current is nonlinear with voltage, fluctuating with voltage at room temperature. The origin of this fluctuation might be due to nanocontacts of the gold atoms or clusters with the nanoelectrodes. A study of the temperature dependence of the current–voltage behaviour and also of the noise property are necessary to fully understand the origin of this fluctuation. Such work is now in progress. The corresponding differential conductance (dI/dV) calculated from the I–V characteristics, is shown in figure 2(b), exhibiting conductance fluctuations. From figure 2(a), the zero bias (dc) resistance is calculated to be ∼100 MΩ. The conductivity of the material at the interface has been estimated, taking the dielectric thickness to be 5 nm and area as the length (2 µm) multiplied by a fraction of the arc (10 nm) over which the wire forms a nearly parallel plate capacitor to (∼2.4 × 10−8 S cm−1), which is very high compared to the conductivity of a bulk Al2O3.

The variation of capacitance, and the corresponding loss with frequency at zero bias voltage is shown in figure 3(a). From the figure, it is seen that the capacitance and the loss remain constant over the entire frequency range from 30 Hz to 1 MHz, which is due to the wide distribution of relaxation times. Considering a parallel plate capacitor with Al2O3 as dielectric and dimensions the same as those taken in the conductivity calculation, the capacitance is estimated to be ∼10−16 F. Therefore, it is seen that the measured capacitance (718 pF) of the present device is enormously high (seven orders of magnitude) compared to the capacitor with Al2O3 as dielectric. The capacitance may be calculated more precisely, using the expression for a parallel wire capacitor with a thin layer of Al2O3 film (5 nm) between the nanoelectrodes, as

\[
C = \pi \varepsilon_0 L/4 \cosh^{-1}(d/R)
\]

Figure 1. (a) SEM micrograph of the nanowire device. The wire A from one electrode and the wire B from the other electrode form the nanocapacitor. (b) Schematic diagram of the nanocapacitor. (This figure is in colour only in the electronic version)
where $\varepsilon$ is the relative permittivity of Al$_2$O$_3$, $\varepsilon_0$ is free space permittivity ($8.854 \times 10^{-12}$ F m$^{-1}$) and $L$ is the length of the wire, $2d$ is the separation between the axes of the wires and $2R$ is the diameter. Taking $L$ as $2 \mu$m, $2R$ equal to $60$ nm and $2d$ as $65$ nm, it is seen that the capacitance is almost the same as that obtained in the case of a parallel plate capacitor. We did not consider the stray capacitance of the nanowire contact with the microelectrode as it is ohmic. Only that with the substrate has been accounted for. Considering the permittivity of silica as 4, it is seen that the value is several fF, which is several orders of magnitude lower than the measured capacitance. The repeatability of the measurements has also been checked for other devices, for example, a capacitance of $60$ pF and a loss tangent (ratio of $\varepsilon''/\varepsilon'$) of 10 is obtained for another device (not shown).

We speculate here as to the nature of the dielectric interface that was formed in this experiment. It is believed from previous measurements [9] that Au nanowires formed by electrodeposition consist of an assembly of ultrafine metal particles or grains connected to each other. The size of the grains forming the wires depends on the growth rate. As a typical example [11], a grain size of 10 nm was obtained for a current of 10 $\mu$A and 1 nm for current 2 mA. In the present device, it was observed that the wires were formed by ultra fine grains yielding a wire surface that was rough on the scale of the grain size. (e.g. figure 1 of [9]). It is also well established that the surface atoms of a nanoparticle are loosely bound, and that as the particle becomes smaller, more atoms in the nanoparticle become part of the ‘surface’, thereby depressing the melting point [12]. As the nanowires are formed by a large number of ultra fine particles, each nanowire forming the electrode for the present capacitor is considered as a metallic cylindrical core surrounded by a very thin layer of surface atoms that are loosely bound to the cylindrical core. During dielectrophoresis (manipulation of the wires inside the microelectrode) we applied a large voltage of 15 V across the electrodes. As soon as a good contact between the wires and the microelectrode was formed, the wires come very close to each other as a result of the high electric field between them. When the wires come very close to each other (of the order of a few nanometers) the electrostatic force (due to the high field $\sim 10^7$ V cm$^{-1}$) on these atoms exceeded the elastic limit [13] (few nN). As a result, the Au atoms may be drawn out into
the thin layer of residual alumina, forming a new disordered phase with a random distribution of Au atoms as depicted in figure 3(b).

Figure 4(a) represents the measured variation of conductivity with frequency. The frequency dependent conductivity in a disordered system is given by \[ \sigma_{\text{dc}}(\omega) = \sigma_{\text{dc}} + A \omega^s \]

where \(\sigma_{\text{dc}}\) is the dc conductivity and \(s\) is the frequency exponent lying between 0 and 1. In disordered solids, non-Debye type relaxation behaviour has been widely discussed in the literature. Basically, there are two theoretical approaches to look at the relaxation phenomena. In the first case, a single particle hops across random barriers and/or trapping sites, whereas in the second case the hopping event involves many-particle interactions, i.e. the motion of a carrier is greatly influenced by the relaxation of its neighbourhood and the exponent \(s\) is a measure of the degree of interaction.

From the above equation it is seen that the variation of ac conductivity (excluding the dc contribution) with frequency plotted on the log scale gives a straight line, the slope of which is the frequency exponent \(s\). \(s\) is extracted for the present device from figure 4(a), which gives a value of \(s\) equal to 1. This linear dependence of conductivity with frequency was first predicted [15] for atomic hopping in amorphous semiconductors, in which a fully or partially ionized atom hops over a random barrier separating the two sites. The same behaviour \((s = 1)\) in chalcogenide (semiconducting) glasses was explained by correlated barrier hopping of electron pairs (bipolarons) between the charged centres [14]. Finally, when \(s = 1\) was found in ionically [16] conducting glasses it was concluded that the relaxation behaviour is universal, and will be manifest in systems in which the relaxation times of the polarizable centres are exponential functions of a random variable with a reasonably smooth and wide distribution. Such a variable may be a hopping distance, energy or a combination of the two. In the present device, ac conduction arises due to the motion of electrons between the Au atoms at the interface. The value of the exponent \(s\) equal to 1 indicates that the atoms are distributed randomly so that the relaxation parameter is a function of a smooth and random variable of distance \((R)\) and energy \((\phi)\), as shown in figure 4(b). It is seen that the dc conductivity is less than that obtained from ac conductivity extrapolating figure 4(a) down to zero frequency by a factor of 10. This means that the measured frequency range is well above the hydrodynamic range where the two-site approximation breaks down. The conductance fluctuation (figure 2(b)) with lower dc conductivity arises due to the formation of weakly coupled nanocontacts between the disordered phase and the electrodes through some Au atoms.

Considering a 5 nm gap between the wires, the relative dielectric permittivity has been calculated to be \(\varepsilon \sim 1.8 \times 10^7\). Recently [9], such a giant permittivity \((10^{10})\) was reported in an assembly of ultra fine silver metal particles and attributed to quantum confinement of electronic wavefunctions using a metallic strand model\(^1\) in which the dielectric permittivity is given by,

\[ \varepsilon \sim (1/2)q_1^2 l_0^2 \]

where \(q_1\) is the Fermi Thomas screening parameter and \(l_0\) is the length of the metal strand. The formation of such a metal strand of Au atoms in between the nanowires also cannot explain such a high dielectric constant \((\varepsilon \sim 1.8 \times 10^7)\) as the above equation shows only \(\varepsilon \sim 10^3\) considering a strand length equal to 5 nm (gap between the nanowires) and \(q_1^2 \sim 10^{20}\) m\(^{-2}\).

To explain the observed ultra high capacitance value in the present nanocapacitor, and the linear variation of conductivity with frequency, we have considered a simplified picture illustrated in figure 3(b). From the frequency dependent conductivity it is understood that the interfacial dielectric layer between the nanowires is a disordered phase containing Au atoms. Considering the simplest model of a flat surface \((2 \mu m \times 10 nm)\) of two nanowires forming a parallel plate capacitor, the total number of surface atoms is calculated to be \(\sim 3.4 \times 10^5\). Although, these Au atoms are distributed randomly in the interface, the average distance between the atoms is calculated to be \(\sim 6.5\) Å. Therefore, we believe that the atoms are distributed randomly at the interface between the wires in which electrons hop between the atomic sites as is indicated by the ac conductivity data. The presence of these metal atoms creates a high density of states; as a result, the permittivity of the interface increases to a very high value \((\varepsilon \sim 1.8 \times 10^7)\) as calculated from the measured capacitance. Considering the two-site approximation, the net polarization \((P)\) has been estimated to \(\sim 0.23\) C m\(^{-2}\). The electric field \((E)\) required to create this sustained polarization is obtained by the formula \(P = \varepsilon_0(\varepsilon - 1)E\) as \(1.3 \times 10^7\) V m\(^{-2}\), where
$\varepsilon_0$ is the free space permittivity. This means that, under the application of a voltage $\sim 6.5 \mu V$ (or equivalently $6.5 \mu eV$ as the charging energy), which is much lower than the oscillatory level (10 mV) of the ac source used to measure the capacitance, the interface will be polarized due to the motion of electrons between the atomic sites to produce this ultra high capacitance.

It is noticed for the present devices that the interface is not stable under a bias of several volts. From $I-V$ characteristics measured from $-5$ to $5$ V (not shown in figure 2(a)), no regular feature is observed. Rather, the current fluctuates randomly between very high and low conducting states. This is also consistent with the existence of metal atoms in the interface; in the high field region the metal atoms form connecting paths between the electrodes to allow a high current, followed by a low conducting state with the disruption of the filament due to heating effects when high current flows. This kind of filamentary growth (switching) and disruption of metal particulates in the high field region is a common feature as observed by many researchers [9, 17].

Another interesting feature is that the capacitance is higher when the loss factor is lower and vice versa. For example, device 1 shows capacitance 718 pF and loss 0.7, whereas for device 2 the corresponding quantities are 60 pF and 10. This is due to the fact that a fraction of the atoms (which do not participate in the ac conduction) in the interface form a leakage path from one electrode to the other. As a result, the loss factor increases with decreasing capacitance.

In conclusion, by using the novel properties of ultra fine particles it is possible to fabricate nanodielectrics with giant permittivity values between two metal nanoelectrodes to form a nanocapacitor with ultra high capacitance. The resulting nanocapacitors could have applications in energy storage, ultrasensitive transducers in nano electronic circuits, and also as high K materials in transistors.

Acknowledgments

The authors are grateful to Professors Supriyo Datta and Ashraf Alam for helpful discussions.

References